

Fig. 9-Interlaminar matrix stresses in two-layer model. Points on graphs indicate stress values at discrete locations in the $Y$ direction (Fig. 1). Locations may be identified with respect to fibers below graph. $\bar{\sigma}_{x}=\sigma_{\mathrm{x}} / \mathrm{S}, \bar{\sigma}_{\mathrm{y}}=\sigma_{\mathrm{y}} / \mathrm{S}$, etc., where $\mathrm{S}=\mathrm{P} / \mathrm{A}$ (average normal stress due to applied load). $h=1 \mathrm{in}$. ( 25.4 mm )

Stresses were determined in the data collection region with respect to $x, y, z$ coordinates and then transformed to the $X, Y, Z$ coordinate system. ${ }^{1}$ Figure 10 shows stress values continuously along lines in three planes normal to the $Z$-axis in the solution region of the four-layer model. The location of this line may be found with the assistance of Fig. 2.

In both analyses, the matrix stresses were found to be significantly higher than theoretically predicted composite stresses. ${ }^{1}$

## Summary

A procedure has been described for producing multilaminar fibrous-composite models. Included were dimensional analysis, molding procedure and model-material preparation. Methods described were used with scattered-light photoelastic analysis to study the matrix interlaminar stresses between the fiber layers of two composite models.

## Acknowledgment

This work was supported by National Science Foundation Grant GK-27791.


Fig. 10-Interlaminar matrix shear stress in four-layer model. Values obtained in three planes of solution region. Plane 2 is centered between upper two fiber layers (Fig. 2). Planes 1 and 3 are $0.05 \mathrm{in} .(1.3 \mathrm{~mm})$ to either side. $\bar{\tau}_{\mathrm{xz}}=\tau_{\mathrm{xz}} / \mathrm{S}$ where $S=P / A$ (average normal stress due to applied load)

## References

1. Berghaus, D. G. and Aderholdt, R. W., "Photoelastic Analysis of Interlaminar Matrix Stresses in Fibrous Composite Models, Experimental mechanics, 15 (11), 409-417 (Nov. 1975).
2. Marloff, R. H. and Daniel, I. M., "Three-dimensional Photoelastic Analysis of a Fiber-reinforced Model," experimental mechanics, 9 (4), 156-162 (April 1969).
3. Rollins, C. T., "Micromechanic Stresses in Photoelastic Composite Coupons," Paper 2175A presented at Third International Conference on Experimental Mechanics, Los Angeles, CA (May 13-18, 1973).
4. Puppo, A. H. and Evenson, H. A., "Interlaminar Shear in Laminated Composites Under Generalized Plane Stress," J. of Comp. Mat., 4, 204-220 (1970).
5. Pipes, B. R. and Pagano, N. J., "Interlaminar Stresses in Composite Laminates Under Uniform Tension," J. of Comp. Mat., 4, 538-548 (1970).
6. Azzi, V. D. and Tsai, S. W., "Elastic Moduli of Laminated Anisotropic Composites," experimental mechanics, 5 (6), 177-185 (June 1965).
7. Langhaar, H. L., Dimensional Analysis and Theory of Models, John Wiley and Sons, New York (1951).
8. Azzi, V. D. and Tsai, S. W., "Anisotropic Strength of Composites," expermmental mechanics, 5 (9), 283-288 (Sept. 1965).
9. Sampson, R. C., "A Three-dimensional Photoelastic Method for Analysis of Differential-contraction Stresses," experimental mechanics, 3 (10), 225-234 (Oct. 1963).

## ERRATA:

## Photoelastic Analysis of Interlaminar Matrix Stresses in Fibrous Composite Models

Please note that Fig. 8 on page 415 of the November 1975 issue of $E / M$ has been rotated 90 deg (clockwise) from its proper position. Thus, the "top" referred to in the caption is the right edge of the fig-
ure. The trace referred to as being on the left is the upper trace in the figure as it stands. The trace referred to as being on the right is the lower trace.

The Editors

